## Références

Averbuch-Pouchot, T. \& Durif, A. (1973). Mater. Res. Bull. 8, 1-8.
Busing, W. R., Martin, K. O. \& Levy, H. A. (1971). ORXFLS. Report ORNL 59, 4-37. Oak Ridge National Laboratory, Tennessee.
Corbridge, D. E. C. (1971). Bull. Soc. Fr. Minéral. Cristallogr. 94, 271-299.
Corfield, P. W. R., Doedens, R. J. \& Ibers, J. A. (1967). Inorg. Chem. 6, 197-204.
Cromer, D. T. \& Liberman, D. (1970). J. Chem. Phys. 53, 1891-1898.
International Tables for X-ray Crystallography (1974). Tome IV, pp. 71-98. Birmingham: Kynoch Press.

Klement, R. \& Kresse, P. (1961). Z. Anorg. Allg. Chem. 310, 53-68.
Kolsi, A. W., Quarton, M. \& Freundlich, W. (1981a). J. Solid State Chem. 36, 107-111.
Kolsi, A. W., Quarton, M. \& Freundlich, W. (1981b). Ann. Chim. (Paris), 6, 411-418.
Paques-Ledent, M. T. (1973). Rev. Chim. Minér. 10, 785-794.
Stout, G. H. \& Jensen, L. H. (1968). X-ray Structure Determination, pp. 454-458. New York: Macmillan.
Williams, D. E. (1964). LCR-2. A Fortran Lattice-Constant Refinement Program. USAEC Report IS-1052.
Wilson, E. B. (1952). An Introduction to Scientific Research, pp. 191-195. New York: McGraw-Hill.

Acta Cryst. (1983). C39, 667-668

# Re-examination of the $\mathbf{U Z r}_{\mathbf{6}} \mathbf{F O}_{14}$ Crystal Structure 

By R. Papiernik, D. Mercurio and B. Frit*<br>Laboratoire de Chimie Minérale Structurale (LA CNRS n ${ }^{\circ}$ 320), UER des Sciences, 123 rue A. Thomas, 87060 Limoges CEDEX, France

and H. Bärnighausen<br>Institut für Anorganische Chemie, Universität Karlsruhe (TH), Engesserstrasse, D 7500-Karlsruhe, Federal Republic of Germany

(Received 6 May 1982; accepted 3 February 1983)


#### Abstract

Orthorhombic $\mathrm{UZr}_{6} \mathrm{FO}_{14}$, isostructural with $\mathrm{Tm}_{7} \mathrm{Cl}_{15}$ and previously described with the $P n 2_{1} a$ space group, has been re-examined. A new description is proposed based on the same crystallographic constants $[a=5.328(1), b=36.64(1), c=5.065(1) \AA(Z=4)$ and $\quad V=988.8 \AA^{3}, \quad D_{m}=6.8( \pm 0.1), \quad D_{x}=$ $6.91 \mathrm{Mg} \mathrm{m}^{-3}, \mu(\mathrm{Mo} K \alpha)=26.43 \mathrm{~mm}^{-1}$ ] but on the centrosymmetric space group Pnma. $R=0.061$ for 707 independent reflexions.

Introduction. Comparison of the results dealing with the $\mathrm{UZr}_{6} \mathrm{FO}_{14}$ structure (Papiernik, Mercurio \& Frit, 1980) with those of the isostructural $\mathrm{Tm}_{7} \mathrm{Cl}_{15}$ compound (Bärnighausen, Beyer \& Rinck, 1981) convinced us that the Vernier structure of $\mathrm{UZr}_{6} \mathrm{FO}_{14}$, previously described in the $P n 2_{1} a$ space group, could surely be better described in the centrosymmetric Pnma group.


Experimental. The previously published data, i.e. 707 independent reflexions (Papiernik et al., 1980), were used to refine the structure with the SHELX 76 program system (Sheldrick, 1976). After five cycles of calculation, for a disordered distribution of U and Zr cations over their crystallographic positions and with isotropic temperature factors for all the atoms, the residual was $R=0.061$, the ratio of maximum leastsquares shift to error being 0.009 for a mean value

[^0]0.001 . As with the earlier refinement ( $P n 2, a$ group) the introduction of different degrees of cation ordering did not lead to significant improvement in the $R$ value.

Discussion. The atomic coordinates and isotropic temperature factors are given in Table $1 . \dagger$ The cation-anion distances are given in Table 2. They are actually not very different from the previously published values.
$\dagger$ A list of structure factors has been deposited with the British Library Lending Division as Supplementary Publication No. SUP 38381 ( 4 pp .). Copies may be obtained through The Executive Secretary, International Union of Crystallography, 5 Abbey Square, Chester CHI 2HU, England.

Table 1. Atom positions and isotropic temperature factors in $\mathrm{UZr}_{6} \mathrm{FO}_{14}$ (e.s.d.'s in parentheses)

## Atoms

| Group | Group |  |  |  |  |
| :--- | :---: | :---: | :---: | :---: | :---: |
| $P n m a$ | $P n 2{ }_{1} a$ | $x$ | $y$ | $U_{\text {iso }}\left(\AA^{2}\right)$ |  |
| $M(1)^{*}$ | $M(4), M(5)$ | $0.3018(3)$ | $0.4625(1)$ | $0.0117(5)$ | $0.0041(3)$ |
| $M(2)$ | $M(3), M(6)$ | $0.7307(3)$ | $0.3898(1)$ | $0.0149(4)$ | $0.0070(4)$ |
| $M(3)$ | $M(2), M(7)$ | $0.2998(3)$ | $0.3191(1)$ | $0.0164(5)$ | $0.0100(4)$ |
| $M(4)$ | $M(1)$ | $0.7289(5)$ | $\frac{1}{4}$ | $0.0166(7)$ | $0.0101(6)$ |
| $X(1)$ | $X(5), X(11)$ | $0.5779(39)$ | $0.4943(5)$ | $0.2339(41)$ | $0.0112(36)$ |
| $X(2)$ | $X(6), X(12)$ | $0.6158(33)$ | $0.4378(5)$ | $0.8054(33)$ | $0.0072(34)$ |
| $X(3)$ | $X(4), X(10)$ | $0.4885(30)$ | $0.4252(5)$ | $0.2818(35)$ | $0.0045(32)$ |
| $X(4)$ | $X(7), X(13)$ | $0.3903(32)$ | $0.3711(5)$ | $0.8272(33)$ | $0.0061(32)$ |
| $X(5)$ | $X(3), X(9)$ | $0.5294(32)$ | $0.3543(5)$ | $0.2989(39)$ | $0.0054(34)$ |
| $X(6)$ | $X(8), X(14)$ | $0.6505(32)$ | $0.3085(5)$ | $0.8443(33)$ | $0.0060(31)$ |
| $X(7)$ | $X(2), X(1)$ | $0.5092(31)$ | $0.2846(6)$ | $0.3028(29)$ | $0.0012(28)$ |
| $X(8)$ | $X(15)$ | $0.3672(53)$ | $\frac{1}{4}$ | $0.8569(56)$ | $0.0142(54)$ |
|  |  |  |  |  |  |

$$
{ }^{*} M(1) \text { to } M(4)=0.857 \mathrm{Zr}+0.143 \mathrm{U}
$$

(c) 1983 International Union of Crystallography

Table
$(\AA)$ in $\mathrm{UZr}_{6} \mathrm{FO}_{14}$ (e.s.d.'s in parentheses)

Symmetry operators: (i) $-\frac{1}{2}+x, y, \frac{1}{2}-z$; (ii) $\frac{1}{2}+x, y, \frac{1}{2}-z$; (iii) $1-x, 1-y,-z$; (iv) $x, y,-1+z$; (v) $x, y, 1+z$; (vi) $x, \frac{1}{2}-y, z$; (vii) $\frac{1}{2}-x, 1-y,-\frac{1}{2}+z$.

| $M(1)-X\left(2^{\text {i }}\right.$ ) | 2.09 (2) |  |  |
| :---: | :---: | :---: | :---: |
| $X\left(1^{\prime}\right)$ | $2 \cdot 11$ (2) | $X(7)-X\left(7^{\text {vi }}\right)$ | 2.54 (4) |
| $X\left(1^{\text {iii) }}\right.$ ) | $2 \cdot 12$ (2) | $X(1)-X\left(1^{\text {lii }}\right)$ | 2.55 (4) |
| $X\left(2^{\text {iv }}\right.$ ) | 2.17 (2) | $X\left(3^{v}\right)-X(2)$ | 2.55 (2) |
| $X(3)$ | 2.17 (2) | $X(5)-X(7)$ | 2.55 (3) |
| $X(1)$ | 2.19 (2) | $X(4)-X\left(5^{v}\right)$ | 2.58 (3) |
| $X\left(3^{\prime}\right)$ | 2.40 (2) | $X(3)-X(1)$ | 2.59 (3) |
| $X\left(1^{\text {vii }}\right)$ | 2.93 (2) | $X\left(7^{v}\right)-X(6)$ | 2.59 (2) |
|  |  | $X(5)-X(3)$ | 2.61 (3) |
| $M(2)-X\left(4{ }^{\text {ii }}\right)$ | 2.05 (2) | $X(6)-X(8)$ | 2.62 (2) |
| $X\left(2^{\text {iv }}\right)$ | $2 \cdot 14$ (2) | $X\left(8^{\text {ii) }}-X\left(6^{\text {iv }}\right)\right.$ | 2.64 (2) |
| $X\left(3^{\text {ii) }}\right.$ ) | $2 \cdot 15$ (2) | $X(1)-X\left(1^{\prime}\right)$ | 2.66 (3) |
| $X\left(4^{\text {iv }}\right.$ ) | $2 \cdot 16$ (2) | $X(4)-X(6)$ | 2.68 (3) |
| $X(5)$ | $2 \cdot 22$ (2) | $X(3)-X\left(3^{1}\right)$ | 2.68 (2) |
| $X(5 i)$ | $2 \cdot 26$ (2) | $X(7)-X(8)$ | 2.70 (3) |
| $X(3)$ | $2 \cdot 28$ (2) | $X\left(2^{\text {iv }}\right)-X\left(1^{\text {iii }}\right)$ | 2.70 (3) |
| $X\left(2^{\text {ii }}\right)$ | $3 \cdot 15$ (2) | $X(5)-X\left(5^{\text {i }}\right.$ ) | 2.71 (2) |
|  |  | $X(7)-X\left(7^{\text {i }}\right.$ ) | 2.72 (2) |

Table 2 (cont.)

| $M(3)-X\left(6^{\text {i }}\right.$ ) | 2.03 (2) | $X\left(2^{\text {l }}\right)-X\left(2^{\text {¹) }}\right)$ | 2.72 (2) |
| :---: | :---: | :---: | :---: |
| $X\left(6^{\text {iV }}\right.$ ) | $2 \cdot 10$ (2) | $X(2)-X(4)$ | 2.73 (3) |
| $X\left(5^{\prime}\right)$ | $2 \cdot 15$ (2) | $X\left(4^{\text {i }}\right)-X\left(6^{10}\right)$ | 2.76 (3) |
| $X\left(4^{\text {V }}\right.$ ) | $2 \cdot 19$ (2) | $X\left(4^{17}\right)-X\left(4^{\text {II }}\right.$ ) | 2.78 (1) |
| $X\left(7^{\prime}\right)$ | $2 \cdot 20$ (2) | $X(2)-X(3)$ | 2.78 (2) |
| $X(7)$ | 2.22 (2) | $X\left(1^{1}\right)-X\left(1^{\text {vili }}\right)$ | 2.82 (4) |
| $X(5)$ | 2.28 (2) | $X\left(6^{\prime \prime}\right)-X\left(6^{\prime}\right)$ | 2.83 (1) |
| $X\left(8^{\text {lV }}\right.$ ) | 2.68 (1) | $X\left(8^{\text {V }}\right.$ ) $-X\left(8^{\prime}\right)$ | 2.88 (2) |
|  |  | $X(5)-X(6)$ | 2.92 (3) |
| $M(4)-X\left(8^{\text {II }}\right.$ ) | 2.03 (3) | $X\left(2^{\text {iV) }}\right.$ ) $-X\left(4^{\text {II }}\right.$ ) | 2.93 (3) |
| $X\left(8^{\text {VV }}\right.$ ) | 2.09 (3) | $X\left(1^{\text {iiI) }}\right)-X\left(2^{\text {i }}\right)$ | 3.00 (3) |
| $X\left(7^{\text {ii) }}\right.$ ) | $2 \times 2.16$ (2) |  |  |
| $X(7)$ | $2 \times 2.26$ (2) |  |  |
| $X\left(6^{\text {iv }}\right.$ ) | $2 \times 2.35$ (2) |  |  |
|  |  |  |  |
| Bärnighau communi | H., Beyer, | Rinck, C. | Private |
| Papiernik, $1769-17$ | ercurio, D. | т, B. (1980). | yst. B36, |
| Sheldrick, structure | M. (1976). S mination. Uni | 76. A prog ambridge, En | crystal |

Acta Cryst. (1983). C39, 668-670

# Single-Crystal Structure of Copper Lanthanum Telluride $\mathbf{C u}_{0.28} \mathbf{L a T e}_{2}$ : A Disordered Tunnel Structure 

By Nguyen-Huy Dung, Marie-Paule Pardo and Pierre Boy<br>Laboratoire de Physique (Laboratoire de Chimie Minérale Structurale, associé au CNRS $n^{\circ} 200$ ), Faculté des Sciences Pharmaceutiques et Biologiques de Paris V, 4 avenue de l'Observatoire, 75270 Paris CEDEX 06, France

(Received 15 June 1982; accepted 3 February 1983)


#### Abstract

M_{r}=411.90\), orthorhombic, $\mathrm{Pbcm}, a=$ 7.726 (4), $\quad b=8.603$ (5), $\quad c=6.246$ (2) $\AA, \quad D_{x}=$ $6.59 \mathrm{Mg} \mathrm{m}^{-3}, Z=4, F(000)=676, T=298 \mathrm{~K}$. The structure has been refined by the least-squares method to a final $R$ value of 0.05 for 622 independent reflections. The eightfold-coordinated La atom is inside a bicapped triangular prism of Te atoms. The polyhedra are connected so that they create pentagonal tunnels in the [001] direction which are occupied by Cu atoms in positional disorder. The Cu atoms are placed in partially occupied Cu sites, and these sites form a zigzag chain, parallel to the $c$ axis.


Introduction. In previous investigations, Pardo \& Flahaut (1971) described the ternary phase diagram $\mathrm{Cu}-\mathrm{La}-\mathrm{Te}$, especially the quasi-binary system $\mathrm{Cu}_{2} \mathrm{Te}-\mathrm{La}_{2} \mathrm{Te}_{3}$. In order to complete the phase diagram, we are studying the system $\mathrm{Cu}-\mathrm{LaTe}_{2}$ (a homogeneity domain is found between $\mathrm{LaTe}_{2}$ and $\mathrm{SmTe}_{2}$ which exists from lanthanum to samarium). These phases are obtained by mixing $\mathrm{Cu}, \mathrm{La}$ and Te elements (or Cu and $\mathrm{LaTe}_{2}$ ) in appropriate proportions, and heating them in evacuated silica ampoules at 1178 K for one day, and annealing at 678 K for two days.

Experimental. Prepared from the elements using the iodine vapour transport technique at 1275 K ; microprobe analysis confirmed absence of iodine and the chemical formula obtained after refinement; parallelepiped crystal $(500 \times 200 \times 100 \mu \mathrm{~m})$; systematic absences $(0 k l, k=2 n+1 ; h 0 l, l=2 n+1)$ led to the space groups $P b c m$ or $P b c 2_{1}$; Syntex $P 2_{1}$ diffractometer, $\omega-2 \theta$ scan technique, graphitemonochromated Mo $K \alpha$ radiation, $\sin \theta / \lambda$ range 0.02 to $0.7 \AA^{-1} ; 819$ intensities collected and corrected for Lorentz, polarization and absorption effects with the crystal shape approximated by a sphere ( $\mu=$ $25.9 \mathrm{~mm}^{-1}$ ); heavy-atom method. The presence of very important peaks on [001] in the Patterson function $P(u, v, w)$ shows the existence of a mirror normal to this axis. Hence the non-centrosymmetric space group $P b c 2_{1}$ was rejected. Scattering factors and anomalousdispersion corrections from International Tables for $X$-ray Crystallography (1974). In the first stage of the refinement, an average atom was used because the scattering factors for La and Te atoms are very close. In the second stage, they could be distinguished completely by their individual thermal factors and their surroundings.
© 1983 International Union of Crystallography


[^0]:    * Author to whom correspondence and reprint requests are to be addressed.

